Evaluation of commercially-available conductive filaments for 3D printing flexible circuits on paper

Aditya R. Jangid¹, E. Brandon Strong¹, Jacqueline Chuang², Andres W. Martinez³ and Nathaniel W. Martinez¹

¹ Department of Biological Sciences, California Polytechnic State University-San Luis Obispo, San Luis Obispo, California, United States
² Department of Biomedical Engineering, California Polytechnic State University-San Luis Obispo, San Luis Obispo, California, United States
³ Department of Chemistry and Biochemistry, California Polytechnic State University-San Luis Obispo, San Luis Obispo, California, United States

ABSTRACT

Three commercially-available conductive filaments were evaluated for 3D printing flexible circuits on paper. While all three filaments were printed successfully, the resulting conductive traces were found to have significantly different impedances when characterized by electrochemical impedance spectroscopy. Using a graphite-doped polylactic acid filament, the flexibility of paper-based conductive traces was evaluated, methods of integrating common electrical and electronic components with the conductive traces were demonstrated, and the resistive heating of the traces was characterized. The ability to 3D print conductive traces on paper using commercially available materials opens many opportunities for rapid prototyping of flexible electronics and for integrating electronic circuits with paper-based microfluidic devices.

INTRODUCTION

Flexible electronics have many advantages over their ridged counterparts for applications that require moving parts, light weight, irregular or curved shapes, or constrained spaces (Palm et al., 2001; Tsutsui & Fujita, 2002; Nathan et al., 2012). Flexible circuits are typically fabricated by printing conductive inks onto plastic films (Harris, Elias & Chung, 2016; Zardetto et al., 2011), but cellulose-based paper has also been shown to be a suitable substrate with many inherent advantages for the production of flexible electronics (Tobjörk & Österbacka, 2011; Eder et al., 2004; Siegel et al., 2010). Paper is inexpensive (~$10/m²), widely accessible, thin (<200 μm), lightweight (~80 g/m²) and made from renewable materials (Tobjörk & Österbacka, 2011; Harper, 2000; Russo et al., 2011). Several techniques for fabricating circuits on paper have been developed including metal evaporation or sputtering (Siegel et al., 2010; Kim & Steckl, 2010; Carvalhal et al., 2010), photolithography (Eder et al., 2004), screen printing (Kit-Anan et al., 2012; Tan, Ge & Wang, 2010; Nie et al., 2010; Dungchai, Chailapakul & Henry, 2009), inkjet printing...
Among these techniques, 3D printing of conductive filaments stands out for its speed, ease of use, precision, and relatively low set up and operation costs. To date, most publications describing 3D printed flexible circuits have focused on the preparation of novel conductive filaments. In this work we evaluate commercially-available conductive filaments for 3D printing flexible circuits on paper and demonstrate some unique advantages and applications of this approach.

Additive manufacturing, otherwise known as 3D printing, has revolutionized prototyping in several fields such as construction (Holt et al., 2019), energy (Gebler, Schoot Uiterkamp & Visser, 2014), biotechnology (Gross et al., 2014; Schubert, Langeveld & Donoso, 2014), and healthcare (Yang et al., 2018; Klein, Lu & Wang, 2013; Ventola, 2014). While there are many types of 3D printing (e.g., material extrusion, vat photopolymerization, powder bed fusion, material jetting), this work focused on extrusion-based 3D printing (also known as fused deposition modeling or FDM) due to its ease of use, low cost (a basic 3D printer can be purchased for ~$200), commercial-availability, and ability to print directly on paper. These characteristics make this technique broadly accessible to users who may not have formal training in conventional fabrication techniques. Two current limitations of extrusion-based 3D printing for the production of flexible circuits are the relatively low resolution and conductance of the printed traces. However, continued research in print settings, hardware, and filament formulation will likely overcome these limitations so that 3D printed flexible circuits could eventually match the quality associated with more advanced manufacturing techniques.

Conductive filaments for 3D printing are commonly made from thermoplastics, such as polylactic acid (PLA) or acrylonitrile butadiene styrene (ABS), doped with a conductive material, such as graphite or copper (Table S1). The three commercially-available conductive filaments selected for this study represent these typical types of filament and were Protopasta, a graphite-doped PLA filament (~$0.10/g); BuMat, a graphite-doped ABS filament (~$0.05/g); and ElectriFi, a copper infused polyester filament (~$1.8/g) (Protopasta, https://www.proto-pasta.com/; BuMat, https://www.bumatusa.com/; MULTI3D, https://www.multi3dllc.com/). Although conductive filaments have been demonstrated previously for the fabrication of electronic devices (MacDonald et al., 2014; Duarte et al., 2017; Leigh et al., 2012; Rymansaib et al., 2016; Flowers et al., 2017; Palenzuela et al., 2018), these filaments have not been evaluated for printing flexible circuits on paper. The results of this investigation provide a foundation for users who may be interested in prototyping flexible electronics or integrating electronics with paper-based microfluidic devices using accessible and relatively inexpensive instrumentation and materials.

**MATERIALS AND METHODS**

Three commercially-available conductive filaments were evaluated in this study: 2.85-mm graphite-doped Protopasta PLA filament (0.5-kg spool; Protoplant, Vancouver, WA,
USA), BuMat Elite Dreamer 1.75-mm conductive ABS filament (1.5-lb spool; BuMat, Lonay, Switzerland), and 2.85-mm Multi-3D Electri Flament (0.1-kg spool; Multi3D, Middlesex, NC, USA). The Protopasta and Electri filaments were 3D printed using a BCN3D-Sigma R17 dual extrusion printer (2.85-mm filament compatible; BCN3D Technologies, Barcelona, Spain), and the BuMat filament was 3D printed using a Creality Ender-3 printer (1.75-mm filament compatible; Shenzhen Creality 3D Technology Co., Shenzhen, China). A non-conductive PLA filament (Back-to-basics PLA; Protoplant, Vancouver, WA, USA), was also used. Three types of paper were tested as substrates: Whatman Grade 3 Chr cellulose chromatography paper (Cytiva, Marlborough, MA, USA), Whatman Grade 1 Chr cellulose chromatography paper (Cytiva, Marlborough, MA, USA), and 20 lb. copy paper (Hammermill, Erie, PA, USA).

The printed traces were evaluated using an electrochemical workstation (CH Instruments, Bee Cave, TX, USA), a digital multimeter (Dr.meter), a single-board microcontroller (Arduino Uno R3) equipped with an 8-channel 5V solid state relay (SainSmart), and a thermal camera (FLIR C2).

Circuit designs were created in SolidWorks, imported to BCN3D Cura as STL files for printer parameter optimization, and translated to GCODE for interpretation by the printer. A sheet of paper was then secured onto the build plate of the printer using masking tape. The temperature of the build plate was set to 60 °C. For the BCN3D-Sigma printer, an automated build plate calibration was carried out before each print to prevent bed misalignments and x-y axis changes. The build plate’s z-magnitude did not require recalibration to account for the additional height of the paper (~200 μm). The Creality printer was calibrated manually. After calibration, the designs were printed on the paper substrates. To print conductive traces on both sides of a piece of paper, a trace was printed on one side of the paper as described, then the paper was flipped over, reattached to the build plate, and a second trace was printed on the other side of the paper.

The electrical properties of traces printed with the three conductive filaments on Whatman Grade 3 Chr paper were characterized via electrochemical impedance spectroscopy (EIS) using an electrochemical workstation. The standard traces used for this study were 30-mm long, 3-mm wide, and 0.6-mm high. Lengths of the traces were varied from 10 mm to 100 mm in 10-mm increments, widths were varied from 1 mm to 5 mm in 1-mm increments, and heights were varied from 0.2 mm to 1 mm in 0.2-mm increments. The resolution of the printer was set to 0.2 mm for printing all the traces. EIS was performed on each trace over the frequency range of 100 Hz–10 kHz. When each dimension was varied and tested, the other two dimensions were held constant.

To assess the reproducibility of the traces, the resistivities of three generations of traces (30 mm × 3 mm × 0.6 mm, 10 traces per generation) printed using Protopasta were determined by measuring the resistance of each trace using a multimeter. Statistical analysis of the results was performed in JMP (v12.1). A one-way ANOVA was used to determine if there were any significant differences in trace resistivity across the three generations of traces.

To evaluate the flexibility of the conductive traces printed on paper, traces were bent or rolled manually. In one experiment, traces were bent manually to a 90° angle, and the
resistance of the traces was measured before and after bending using multimeter connected to the trace using alligator clips. In a second experiment, traces were subjected to manual bending cycles until they fractured.

Hydrophobic patterns were incorporated into the paper substrates by wax printing (Fig. S1). Patterns were designed in Adobe Illustrator (CS5 v15.1.0) and printed on one side of Whatman Grade 1 Chr paper using a solid ink printer (Phaser 8650; Xerox, Rochester, NY, USA). Traces were then 3D printed on the opposite side of the paper so that the wax would not prevent adhesion of the filament. After 3D printing, the circuits were placed circuit side up in a digital convection oven set to 195 °C for 1 min to melt the wax into the paper.

To characterize resistive heating, traces printed using Protopasta on Whatman Grade 3 Chr paper were connected to a solid state relay with a load voltage of 120 VAC. The amount of power transferred from the relay to the trace was controlled by pulse width modulation, which was manipulated by changing the relay’s duty cycle using a single-board microcontroller (Fig. S2). Duty cycles in the range of 0.5% to 21% were tested. The temperature of the traces was monitored continuously using a thermal camera and was recorded once it equilibrated. The traces were suspended in air throughout the experiments.

RESULTS AND DISCUSSION

All three conductive filaments were successfully 3D printed onto paper substrates to produce flexible circuits (Fig. 1). The first time a filament was printed on a paper substrate, extensive optimization of print settings was required to obtain reproducible prints. While the settings will vary depending on the printer, materials, downstream use, and print complexity, we found that an infill density in the range of 75–90%, a retraction distance in the range of 0.5–1.0 mm, a print speed in the range of 50–70 mm/s, and a print acceleration of 4,000 mm/s² worked best for our applications. There are several open-source platforms that can assist with print quality optimization such as Simplify3D and MatterHackers (Simplify3D, https://www.simplify3d.com/; MatterHackers, https://www.matterhackers.com/). The BCN3D printer, which is more sophisticated and expensive (~$3,000) than the Creality printer, was more convenient to work with. Nevertheless, the Creality printer produced adequate traces, demonstrating that even an inexpensive 3D printer (~$200) can be used for making flexible circuits on paper.

The strongest adhesion between filament and paper, for all three filaments, was observed for Whatman Grade 3 Chr paper, so this paper was used for the characterization experiments. We hypothesize that the higher surface roughness of Whatman Grade 3 Chr paper compared to the other two types of paper was the main reason for the stronger adhesion of the filament. Traces printed on Whatman Grade 1 Chr paper and copy paper detached frequently when the paper was bent or folded. Copy paper was also torn frequently by the print head as it moved across the surface of the paper during printing.

Comparing the three filaments, we found that BuMat’s print quality was adequate (i.e., defined edges, consistent infill pattern, and slight variability in topography along the top of the trace) but the filament was not as conductive as Protopasta or ElectriFil (Fig. 1B).
The Electrifi filament was the most conductive, but it was challenging to work with because of the extensive print optimization that was required and the raw filament brittleness, which led to many mechanical difficulties (e.g., print-head clogging, motor jam, snapped filament in Bowden tube, etc.). The challenges with the raw filament may be due to the filament’s preference for a direct-drive extrusion printer rather than the Bowden tube feeding delivery system we used with the BCN3D printer (Flowers et al., 2017; Roy et al., 2017). Protopasta was the most convenient filament to work with since the traces were reproducible, well-defined, and moderately conductive. It should be noted that commercially-available filaments can vary from batch to batch. Therefore, print settings may need to be optimized for each new roll of filament, and the electrical properties of conductive traces may change when a new roll of filament is used.

When characterizing the electrical properties of traces printed on paper, we observed the trends that would be expected (Fig. 2 and Fig. S3). Impedance increased with increasing trace length and decreased with increasing trace height and width (Figs. 2A–2C). By changing the width and height of the traces, it should be possible to control the impedance of traces with different lengths. There was no significant difference in resistivity across three different generations of traces printed with Protopasta (F = 0.256, df = 2.27, p = 0.776), which suggests that it should be possible to print reproducible circuits using this filament (Fig. 2D).

3D printed circuits on paper are flexible, but the flexibility of the circuits decreases as the height of the printed trace increases (Fig. 3A). We observed minimal changes in resistance when traces were bent or rolled (Figs. 3B–3E). When traces were bent to a 90° angle, the resistance increased momentarily but then equilibrated back to within 0–0.2 kΩ of the original resistance (Fig. S4). We also found that traces printed on paper using Protopasta could be bent multiple times (≥20 bending cycles for traces with a height of 0.2 mm) before fracturing, although traces with a height of 1 mm fractured after only two bending cycles. For geometrically constrained systems, the flexible circuits could
be rolled up or folded. In addition, printing on both sides of the paper substrate allows for the production of multi-sided flexible electronics (Figs. 3D and 3E). The paper acts as an insulator, so conductive traces printed on opposite sides of a piece of paper are electrically isolated from each other.

A unique capability of 3D printing is the ability to fabricate conductive structures in various shapes and integrate them with other conductive or non-conductive structures (Fig. 4 and Fig. S5). A simple demonstration of this capability is the production of overlapping circuits. Using the BCN3D-Sigma printer’s dual extrusion system, we printed conductive traces going under and over slabs of non-conductive PLA, which served as an insulating layer and electrically isolated the conductive traces (Figs. 4A and 4B). These layered structures may be useful in the production of complex circuit networks. Additionally, it is possible to print features that facilitate interfacing the paper-based circuits with other electrical components. For example, nodules printed at the beginning of conductive traces can serve as simple connection points for alligator clips (Fig. 4C). A sufficiently thick trace of conductive PLA (typically ≥1 mm) can also be used as a hot melt adhesive to glue common electrical components such as LEDs, resistors or metal wires directly to the printed circuit (Figs. 4D and 4E). Heating the printed circuit on a hot-plate to 60–65 °C softens the conductive PLA so that electrical components can be inserted.
without cracking or damaging it. Upon cooling to room temperature, the electrical components become fixed in place. Since this process is reversible, the electrical components can be easily recovered by reheating the circuit. Finally, it is also possible to print more than one type of conductive filament to harness the capabilities of the different filaments in one circuit. We demonstrated a combination of ElectriFi and Protopasta, where the Protopasta elements could function as resistors (Fig. S6).

An inherent limitation of paper as a substrate for flexible circuits is its hydrophilicity. If an aqueous solution came into contact with a paper-based circuit, capillary forces would spread the solution across the entire circuit, which could damage the structural integrity of paper, weaken the adhesion between the conductive trace and the paper, or short the circuit. An obvious solution to this problem would be to make the paper hydrophobic prior to 3D printing the circuit, however, we found that the conductive filaments adhered poorly to paper that had been made hydrophobic using wax. We overcame this problem by applying a technique known as wax printing that is used to fabricate paper-based microfluidic devices (Carrilho, Martinez & Whitesides, 2009). In wax printing, wax is printed onto one side of a sheet of paper, and then the paper is heated to reflow the wax so that it penetrates through the thickness of the paper creating patterns of hydrophobic barriers and hydrophilic channels. We found that it was possible
to create hydrophobic paper-based circuits by printing wax on one face of the paper, then 3D printing the circuit on the other face of the paper, and finally heating the paper in an oven to reflow the wax (Fig. S1). This process maintained good adhesion between the filament and the paper, and, in principle, could also be used to integrate 3D printed circuits with paper-based microfluidic devices.

Another potential concern with using 3D printed circuits on paper is that, for applications requiring high current flow, the circuits could generate enough heat to damage the circuit. As would be expected, running current through Protopasta traces does lead to resistive heating, but we found that the paper substrate provides structural stability to the circuit allowing the traces to reach higher temperatures before deforming compared to freestanding traces (Fig. S7). Traces printed on paper could withstand temperatures up to 78 °C without warping or detaching from the paper, whereas freestanding traces started to warp at temperatures around 60 °C. We also found that the temperature of a given trace could be controlled by changing either the duty cycle or the dimensions of the trace (Fig. 5). These results suggest 3D printed traces could be used as resistive heaters for applications requiring controlled temperatures such as isothermal DNA amplification (Chang et al., 2012). Since paper is a relatively good insulator, paper-based 3D printed traces allow for localized and targeted heating (Uetani & Hatori, 2017).
CONCLUSIONS

We characterized three commercially-available conductive filaments for 3D printing flexible circuits on paper. The conductive PLA filament Protopasta gave the most reproducible traces and was the easiest to work with. Using this filament, we were able to fabricate a variety of flexible circuits and demonstrate simple ways of integrating common electrical components into these circuits. Conductive filaments can also be used to 3D print resistive heaters on paper that can achieve stable temperatures in the range of 30 to 78 °C and could be integrated with paper-based microfluidic devices for applications that require heating. Electronic circuits are an integral part of modern technologies, and the ability to make prototypes of electronic circuits rapidly, cost-effectively, and using commercially-available materials will expand the range of users who can develop and benefit from these technologies.

ACKNOWLEDGEMENTS

We thank Dr. Bo Liu for help with setting up the Arduino circuit, Dr. Chad Immoos for help with the electrochemical workstation, George Luebkeman and Siddharth Prabhu for 3D-printing technical support, as well as Doug Brewster, Rob Brewster, and Ellen Calcagno for their help with supplies and equipment.

ADDITIONAL INFORMATION AND DECLARATIONS

Funding

This project was supported by the National Science Foundation under Grant No. 1709740 and Grant No. 1605499, and by the National Science Foundation Graduate Research Fellowship under Grant No. 1546590 (E. Brandon Strong, Fellow ID No. 2018256709). This work was also supported by the Warren J. Baker Endowment for Excellence in
Project-Based Learning and the Robert D. Koob Endowment for Student Success through California Polytechnic State University, San Luis Obispo. The funders had no role in study design, data collection and analysis, decision to publish, or preparation of the manuscript.

Grant Disclosures
The following grant information was disclosed by the authors:
National Science Foundation: 1709740 and 1605499.
National Science Foundation Graduate Research Fellowship: 1546590, 2018256709.
Warren J. Baker Endowment for Excellence in Project-Based Learning.
Robert D. Koob Endowment for Student Success.

Competing Interests
Andres W. Martinez is an Academic Editor for PeerJ. The authors declare that they have no other competing interests.

Author Contributions
- Aditya R. Jangid conceived and designed the experiments, performed the experiments, analyzed the data, performed the computation work, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
- E. Brandon Strong conceived and designed the experiments, performed the experiments, analyzed the data, performed the computation work, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
- Jacqueline Chuang conceived and designed the experiments, performed the experiments, authored or reviewed drafts of the paper, and approved the final draft.
- Andres W. Martinez conceived and designed the experiments, analyzed the data, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
- Nathaniel W. Martinez conceived and designed the experiments, analyzed the data, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.

Data Availability
The following information was supplied regarding data availability:
The raw data for the characterization of the conductive traces printed on paper is available in the Supplemental Files.

Supplemental Information
Supplemental information for this article can be found online at http://dx.doi.org/10.7717/peerj-matsci.21#supplemental-information.

REFERENCES
Bihar E, Roberts T, Saadaoui M, Hervé T, De Graaf JB, Malliaras GG. 2017. Inkjet-printed PEDOT: PSS electrodes on paper for electrocardiography. Advanced Healthcare Materials 6(6):1601167 DOI 10.1002/adhm.201601167.
Carrilho E, Martinez AW, Whitesides GM. 2009. Understanding wax printing: a simple micropatterning process for paper-based microfluidics. Analytical Chemistry 81(16):7091–7095 DOI 10.1021/ac901071p.

Carvalhal RF, Kfouri MS, De Piazetta MHO, Gobbi AL, Kubota LT. 2010. Electrochemical detection in a paper-based separation device. Analytical Chemistry 82(3):1162–1165 DOI 10.1021/ac902647r.

Chang CC, Chen CC, Wei SC, Lu HH, Liang YH, Lin CW. 2012. Diagnostic devices for isothermal nucleic acid amplification. Sensors 12(6):8319–8337 DOI 10.3390/s120608319.

da Costa TH, Song E, Tortorich RP, Choi J-W. 2015. A paper-based electrochemical sensor using inkjet-printed carbon nanotube electrodes. ECS Journal of Solid State Science and Technology 4(10):S3044–S3047 DOI 10.1149/2.0121510jss.

Dossi N, Toniolo R, Impellizzieri F, Bontempelli G. 2014. Doped pencil leads for drawing modified electrodes on paper-based electrochemical devices. Journal of Electroanalytical Chemistry 722–723:90–94 DOI 10.1016/j.jelechem.2014.03.038.

Duarte LC, Chagas CLS, Ribeiro LEB, Coltro WKT. 2017. 3D printing of microfluidic devices with embedded sensing electrodes for generating and measuring the size of microdroplets based on contactless conductivity detection. Sensors and Actuators B: Chemical 251:427–432 DOI 10.1016/j.snb.2017.05.011.

Dungchai W, Chailapakul O, Henry CS. 2009. Electrochemical detection for paper-based microfluidics. Analytical Chemistry 81(14):5821–5826 DOI 10.1021/ac9007573.

Eder F, Klauk H, Halik M, Zschieschang U, Schmid G, Dehm C. 2004. Organic electronics on paper. Applied Physics Letters 84(14):2673–2675 DOI 10.1063/1.1690870.

Flowers PF, Reyes C, Ye S, Kim MJ, Wiley BJ. 2017. 3D printing electronic components and circuits with conductive thermoplastic filament. Additive Manufacturing 18:156–163 DOI 10.1016/j.addma.2017.10.002.

Gao Y, Li H, Liu J. 2012. Direct writing of flexible electronics through room temperature liquid metal ink. PLOS ONE 7(9):e45485 DOI 10.1371/journal.pone.0045485.

Gebler M, Schoot Uiterkamp AJM, Visser C. 2014. A global sustainability perspective on 3D printing technologies. Energy Policy 74(6):158–167 DOI 10.1016/j.enpol.2014.08.033.

Gross BC, Erkal JL, Lockwood SY, Chen C, Spence DM. 2014. Evaluation of 3D printing and its potential impact on biotechnology and the chemical sciences. Analytical Chemistry 86(7):3240–3253 DOI 10.1021/ac403397r.

Harper CA. 2000. Electronic packaging and interconnection handbook. New York, New York, USA: McGraw-Hill.

Harris KD, Elias AL, Chung H. 2016. Flexible electronics under strain: a review of mechanical characterization and durability enhancement strategies. Journal of Materials Science 51(6):2771–2805 DOI 10.1007/s10853-015-9643-3.

Holt C, Edwards L, Keyte L, Moghaddam F, Townsend B. 2019. Construction 3D printing. 3D Concrete Printing Technology 17(1):349–370 DOI 10.1016/B978-0-12-815481-6.00017-8.

Kawahara Y, Hodges S, Cook BS, Zhang C, Abowd GD. 2013. Instant inkjet circuits. In: Proceedings of the 2013 ACM International Joint Conference on Pervasive and Ubiquitous Computing-UbiComp ’13, New York, New York, USA: ACM Press, 363.

Kim DY, Steckl AJ. 2010. Electrowetting on paper for electronic paper display. ACS Applied Materials & Interfaces 2(11):3318–3323 DOI 10.1021/am100757g.

Kit-Anan W, Olarnwanich A, Srirachuabwong C, Karuwan C, Tuantranont A, Wisitsoraat A, Srituravanich W, Pimpin A. 2012. Disposable paper-based electrochemical sensor utilizing
inkjet-printed polyaniline modified screen-printed carbon electrode for ascorbic acid detection. *Journal of Electroanalytical Chemistry* 685:72–78 DOI 10.1016/j.jelechem.2012.08.039.

**Klein GT, Lu Y, Wang MY. 2013.** 3D printing and neurosurgery—ready for prime time? *World Neurosurgery* 80(3–4):233–235 DOI 10.1016/j.wneu.2013.07.009.

**Leigh SJ, Bradley RJ, Pursell CP, Billson DR, Hutchins DAAS. 2012.** Low-cost conductive composite material for 3D printing of electronic sensors. *PLOS ONE* 7(11):e49365 DOI 10.1371/JOURNAL.PONE.0049365.

**MacDonald E, Salas R, Espalin D, Perez M, Aguilera E, Muse D, Wicker RB. 2014.** 3D printing for the rapid prototyping of structural electronics. *IEEE Access* 2:234–242 DOI 10.1109/ACCESS.2014.2311810.

**Mannerbro R, Ranlöf M, Robinson N, Forchheimer R. 2008.** Inkjet printed electrochemical organic electronics. *Synthetic Metals* 13(158):556–560 DOI 10.1016/j.synthmet.2008.03.030.

**Nathan A, Ahnood A, Cole MT, Lee S, Suzuki Y, Hiralal P, Bonaccorso F, Hasan T, Garcia-Gancedo L, Dyadyusha A, Haque S, Andrew P, Hofmann S, Moulttrie J, Chu D, Flewitt AJ, Ferrari AC, Kelly MJ, Robertson J, Amaratunga GAJ, Milne WI. 2012.** Flexible electronics: the next ubiquitous platform. *Proceedings of the IEEE* 100(SPL CONTENT):1486–1517 DOI 10.1109/JPROC.2012.2190168.

**Nie Z, Nijhuis CA, Gong J, Chen X, Kumachev A, Martinez AW, Narovlyansky M, Whitesides GM. 2010.** Electrochemical sensing in paper-based microfluidic devices. *Lab Chip* 10(4):477–483 DOI 10.1039/B917150A.

**Palenzuela CLM, Novotny F, Krupicka P, Sofer Z, Pumera M. 2018.** 3D-printed graphene/polyacetic acid electrodes promise high sensitivity in electroanalysis. *Analytical Chemistry* 90(9):5753–5757 DOI 10.1021/acs.analchem.8b00083.

**Palm P, Maattanen J, Maquille YDe, Picault A, Vanfleteren J, Vandecasteele B. 2001.** Reliability of differ flex materials in high density flip chip on flex applications. In: *First International IEEE Conference on Polymers and Adhesives in Microelectronics and Photonics. Incorporating POLY, PEP Adhesives in Electronics. Proceedings (Cat. No.01TH8592).* Piscataway: IEEE, 224–229.

**Roy S, Qureshi MB, Asif S, Braaten BD. 2017.** A model for 3D-printed microstrip transmission lines using conductive electri filament. In: *IEEE Antennas and Propagation Society International Symposium.* Piscataway: IEEE.

**Russo A, Ahn BY, Adams JJ, Duoss EB, Bernhard JT, Lewis JA. 2011.** Pen-on-paper flexible electronics. *Advanced Materials* 23(30):3426–3430 DOI 10.1002/adma.201101328.

**Rymansaib Z, Iravani P, Emslie E, Medvidović-Kosanović M, Sak-Bosnar M, Verdejo R, Marken F. 2016.** All-polyterrene 3D-printed electrochemical device with embedded carbon nanofiber-graphite-polyterrene composite conductor. *Electroanalysis* 28(7):1517–1523 DOI 10.1002/ELAN.201600017.

**Santhiago M, Henry CS, Kubota LT. 2014.** Electrochimica Acta low cost, simple three dimensional electrochemical paper-based analytical device for determination of p-nitrophenol. *Electrochimica Acta* 130:771–777 DOI 10.1016/j.electacta.2014.03.109.

**Santhiago M, Kubota LT. 2013.** A new approach for paper-based analytical devices with electrochemical detection based on graphite pencil electrodes. *Sensors and Actuators B: Chemical* 177:224–230 DOI 10.1016/j.snb.2012.11.002.

**Schubert C, Langeveld MCV, Donoso LA. 2014.** Innovations in 3D printing: a 3D overview from optics to organs. *British Journal of Ophthalmology* 98(2):159–161 DOI 10.1136/bjophthalmol-2013-304446.
Siegel AC, Phillips ST, Dickey MD, Lu N, Suo Z, Whitesides GM. 2010. Foldable printed circuit boards on paper substrates. Advanced Functional Materials 20(1):28–35 DOI 10.1002/adfm.200901363.

Tan SN, Ge L, Wang W. 2010. Paper disk on screen printed electrode for one-step sensing with an internal standard. Analytical Chemistry 82(21):8844–8847 DOI 10.1021/ac1015062.

Tobjörk D, Österbacka R. 2011. Paper electronics. Advanced Materials 23(17):1935–1961 DOI 10.1002/adma.201004692.

Tsutsui T, Fujita K. 2002. The shift from hard to soft electronics. Advanced Materials 14(13–14):949–952 DOI 10.1002/(ISSN)1521-4095.

Uetani K, Hatori K. 2017. Thermal conductivity analysis and applications of nanocellulose materials. Science and Technology of Advanced Materials 18(1):877–892 DOI 10.1080/14686996.2017.1390692.

Ventola CL. 2014. Medical applications for 3D printing: current and projected uses. Pharmacology & Therapeutics 39(10):704–711.

Yang T, Lin S, Xie Q, Ouyang W, Tan T, Li J, Chen Z, Yang J, Wu H, Pan J, Hu C, Zou Y. 2018. Impact of 3D printing technology on the comprehension of surgical liver anatomy. Surgical Endoscopy 33(2):411–417 DOI 10.1007/s00464-018-6308-8.

Yang L, Rida A, Vyas R, Tentzeris MM. 2007. RFID tag and RF structures on a paper substrate using inkjet-printing technology. IEEE Transactions on Microwave Theory and Techniques 55(12):2894–2901 DOI 10.1109/TMTT.2007.909886.

Yoon B, Ham DY, Yarimaga O, An H, Lee CW, Kim JM. 2011. Inkjet printing of conjugated polymer precursors on paper substrates for colorimetric sensing and flexible electrothermochromic display. Advanced Materials 23(46):5492–5497 DOI 10.1002/adma.201103471.

Zardetto V, Brown TM, Reale A, Carlo AD. 2011. Substrates for flexible electronics: a practical investigation on the electrical, film flexibility, optical, temperature, and solvent resistance properties. Journal of Polymer Science Part B: Polymer Physics 49(9):638–648 DOI 10.1002/polb.22227.

Zhang D, Chi B, Li B, Gao Z, Du Y, Guo J, Wei J. 2016. Fabrication of highly conductive graphene flexible circuits by 3D printing. Synthetic Metals 217:79–86 DOI 10.1016/j.synthmet.2016.03.014.